# Spin photocurrents and circular photon drage ect in (110)-grown quantum well structures 

 <br>' St.P etersburg State Polytechnic U niversity, 195251 St.P etersburg, Russia<br>${ }^{\text {' }}$ Fakultat Physik, U niversity of Regensburg, 93040 Regensburg, $G$ em any and<br>${ }^{\times}$A.F.Io e Physioo-Technical Institute, Russian A cadem y of Sciences, 194021 St.P etersburg, Russia


#### Abstract

We report on the study of spin photocurrents in (110)-grow n quantum well structures. Investigated e ects com prise the circular photogalvanic e ect and so far not observed circular photon drag e ect. The experim ental data can be described by an analytical expression derived from a phenom enological theory. A m icroscopic $m$ odel of the circular photon drag e ect is developed dem onstrating that the generated current has spin dependent origin.


PACS num bers: $73.50 . \mathrm{P}$ z, $72.25 \mathrm{Fe}, 72.25 \mathrm{R}$ b, 78.67 D e

## I. INTRODUCTION

$T$ here is a grow ing interest in the eld of spintronics $w$ ith the aim of controlling and $m$ anipulating electron spins in $m$ icroelectronic devices. A key factor for sem iconductor spintronics is spin relaxation tim e: it m ust be su ciently long for the processing of inform ation encoded as spin polarization. In the case of a two-dim ensional sem ioonductor structure spin relaxation tim e strongly depends on the grow th direction. It was shown that in (110)-grown GaA s/A IG aA s quantum wells ( Q W s) spin relaxation tim e is considerably longer com pared to that in (001)-oriented Q W s and, therefore, it can be increased to nanoseconds even at room tem perature [11]. This is due to the fact that in (110)-grown QW s the D 'yakonovPerel' $m$ echanism of spin relaxation dom inating in $G$ aAs heterostructures is suppressed. This observation has attracted a great deal of attention to spin dependent phenom ena in (110)-oriented structures. A n e ective access to these phenom ena in low dim ensionalstructures is provided by spin photocurrents like circular photogalvanic e ect (CPGE) $\bar{R}_{2}^{\prime \prime}$ allow ing investigation of spin relaxation tim es, spin splitting of the band structure, sym $m$ etry properties, etc. (for
 studied in (001)-and (113)-grown heterostructures.

In this letter we present investigations of the circular photogalvanic e ect in n-type (110)-grown GaAs/A $\operatorname{GaAs} Q W$ s and report on the observation of a new e ect caused by transfer of both linear and angular $m$ om enta of photons to free carriers. The latter e ect, called circular photon drag e ect, was theoretically predicted in Refs. $\left[\frac{9}{\prime}, 19\right]$, but so far not observed. All previous investigations dealt w ith the linear photon drag e ect where the inversion of the light helicity does not a ect the sign and $m$ agnitude of the current (for review see $\left[\begin{array}{l}6 \\ 6\end{array}, 1\right.$
e-m ail: shalygin@ rphf.spbstu .nu
reported here, in contrast, represents the photon drag current which reverses its direction by inversion of the light helicity from left-handed to right-handed and vioe versa.

## II. EXPERIMENTALTECHN IQUE

The experim ents are carried out at room tem perature on asym $m$ etrical (110)-oriented $G$ aA $s=A I_{x} G a_{1} \times A s$ $m$ olecular beam epitaxy grow $n$ heterostructures containing 100 QW sof8 2 nm width separated by 40 nm barriers ( $\mathrm{x}=0: 34$ ). Two n-type structures with electron concentration $\mathrm{n}_{\mathrm{s}}$ about 7 18 $\mathrm{cm}^{2}$ per QW and various doping pro les are investigated. The sam ple A contains Si-doped layer of 10 nm w idth in each barrier shifted from the barrier center by the distance of 10 nm . In sam ple $B$ the doped layer of the sam e w idth is placed in the center ofeach barrier. Sam ples have sizes about $55 \mathrm{~mm}^{2}$. The sam ple edges are oriented along $\mathrm{x} k$ [110] and $\mathrm{y} k$ [001] in the $Q W$ plane, the $z$-axis points parallel to the structure grow th direction. To m easure electrical currents ohm ic contacts are prepared in the center of each sam ple edge.

Them easurem ents ofphotocurrents are carried out under excitation of the sam ples w ith infrared or terahertz radiation at norm al and oblique incidence. T he source of infrared radiation is a $Q$-sw itch $\mathrm{CO}_{2}$-laser w ith operating spectral range ( $92\{10.8 \mathrm{~m}$ ) corresponding to inter-subband transitions betw een the lowest and the rst excited subbands of the investigated $Q \mathrm{~W}$ s. Pulsed TH z radiation is obtained applying an optically pum ped pulsed $m$ olecular laser $\left[\frac{1}{1}\right]$. Several $w$ avelength betw een 77 and 496 m have been selected using $\mathrm{NH}_{3}, \mathrm{D}_{2} \mathrm{O}$ and $\mathrm{CH}_{3} \mathrm{~F}$ as active $m$ edia. Terahertz radiation causes the intra-subband (D rude-like) absorption of the radiation. The geom etry of the experim ent is sketched in the inset of F ig. . 1111 (b). . The photocurrent is $m$ easured in unbiased structures via the voltage drop across a 50 load resistor.

In this work we exam ine helicity dependent photocurrents, $J_{x}^{\text {circ }}$, i.e. currents which reverse their sign upon Sw itching the radiation helicity. In order to extract such
a current contribution from the $m$ easured total current we determ ined the response to + and radiation and evaluated the data after

$$
\begin{equation*}
J_{x}^{\text {circ }}=\left[J_{x}(+) \quad J_{x}(\quad)\right]=2: \tag{1}
\end{equation*}
$$

The right-handed ( + ) and left-handed ( ) circularly polarized radiation is achieved by means of a Fresnel rhom $b$ in the infrared and -quarter quartz plates in the THz range.

## III. EXPERIMENTALRESULTSAND D ISCUSSION

Irradiating the sam ples at norm al incidence we detected a photocurrent which is proportional to the radiation helicity $\mathrm{P}_{\text {circ }}$ and whose tem poral structure reproduces that of the laser pulse being of the order of 100 ns . $T$ his helicity dependent current has been observed with the contact pairs aligned along x k [110] only. A ll these features hold for in frared as well as T H z w avelengths applied and are in agreem entw ith phenom enologicaltheory. In fact, asym $m$ etric (110)-oriented heterostructures used in our experim ents belong to $m$ edia of $C_{s}$ point-group sym $m$ etry. In this sym $m$ etry the circular photocurrent density $j_{x}$ excited by light incident in the $x z$ plane is given by

$$
\begin{equation*}
j_{x}=x z t_{p} t_{s} \frac{q^{q}}{q} E_{0}{ }^{2} P_{c i r c} ; \tag{2}
\end{equation*}
$$

where is the second rank pseudo-tensor describing the sum of the circular photogalvanic e ect $\overline{\underline{2}]}$ and optical orientation induced spin-galvanic e ect $\bar{W} 1 \mathbf{1} 1, t_{p}$ and $t_{s}$ are the transm ission coe cients for $p$ and $s$ com ponents of the light electric eld, $q$ is the light w ave vector inside the $m$ edium, $\mathrm{E}_{0}$ is the electric eld am plitude of the incident light, and $P_{\text {circ }}$ is the light helicity $\left(P_{\text {circ }}=1\right.$ for polarization, respectively). The di erence of the currents for $\mathrm{P}_{\text {circ }}=1$ yields ${\underset{x}{x} \mathrm{irc}}$. $T$ he dependence of the photocurrent on the angle of incidence 0 is given by $q_{z}=q=\cos$ and Fresnel's form ulas for $t_{p}$ and $t_{s}$, here is the angle of refraction de ned by $\sin =\sin \quad 0=\mathrm{n}_{!}$, $w$ th $n$ ! being the index of refraction.
$M$ easurem ents of spectral behavior of $J_{x}^{c i r c}$ in the infrared range show a spectral inversion as plotted in Fig. $\bar{I}_{1}^{1}(a)$. The point of the inversion corresponds to the $m$ axim um of resonant intersubband absorption which is $m$ easured by $m$ eans of the Fourier transform transm ission spectroscopy. The fact that the photocurrent changes sign by tuning the $w$ avelength indicates that it is $m$ ainly caused by the CPGE outw eighing the spin-galvanic effect [12]. The m odel picture of the CPGE illustrating the spectral sign inversion of the current at the center of the absonption line is sketched in the inset of F ig. ${ }^{1} 1 \mathrm{I}$ (a) after [1] coupling splits the electron spectrum into spin branches w th the spin com ponents $\mathrm{S}_{\mathrm{z}}=1=2$ along the grow th


F IG .1: (a) Spectrum ofhelicity dependent photocurrent $J_{x}^{\text {circ }}$ norm alized to the laser pow er P m easured in sam ple A illu$m$ inated by infrared laser radiation under norm al incidence (squares) and spectrum of optical transm ission ratio $\mathrm{T}_{\mathrm{p}}=\mathrm{T}_{\mathrm{s}}$ (dashed line) for light of $p$ - and $s$-polarization, respectively. Solid line is a guide for the eye. T he transm ission spectrum is $m$ easured under oblique incidence at $0=60$. The inset shows the m odel of the circular photogalvanic e ect caused by direct intersubband transitions and illustrates the spectral inversion of the photocurrent induced by radiation due to reduction of the photon energy from $h!_{1}$ to $h!_{2}$. (b) Angular dependence of norm alized helicity dependent photocurrent $J_{x}^{\text {circ }}=P$ obtained for sam ple A. T he doted, dashed, and solid curves are $t$ after Eq. (4') and represent, correspondingly, the term in square brackets, the last term on the right hand side of Eq. ( $\mathrm{n}_{1}^{\prime}$ ), and the sum of both term s . The inset show s the experim ental geom etry.
direction. The relevant contribution to spin-orbit part of the e ective $H$ am iltonian is given by $z x \quad z k_{x}$, where $z x$ is a param eter and $z$ is the Paulim atrix. D ue to the optical selection rules, the norm al-incidence circularly polarized radiation, e.g. , induces direct optical transitions from the subband el w ith the spin $s_{z}=+1=2$ to the subband e2 w ith $s_{z}=1=2$. M onochrom atic radiation $w$ th the certain photon energy, say $h!_{1}$, induces the transitions only at a xed wave vector $k_{x}$ where the photon energy $m$ atches the transition energy as indicated by the solid verticalarrow in the inset ofF ig. ${ }^{\prime} 1 \mathbf{1}(\mathrm{I})$. T hus, the intersubband excitation results in an im balance of the
$m$ om entum distribution betw een positive and negative $\mathrm{k}_{\mathrm{x}}$ in both subbands yielding an electric current. A $s$ in our QW s the energy separation betw een the subbands "21 is larger than the energy of longitudinal optical phonons ( ${ }_{21} \quad 100 \mathrm{meV}, \mathrm{h}$ Lo $=35 \mathrm{meV}$ ), the nonequilibrium distribution ofelectrons in the subband e2 relaxes rapidly due to the em ission of phonons. By that the contribution of the subband e2 to the electric current vanishes. $T$ herefore, the $m$ agnitude and the direction of the current, show $n$ in the inset of $F$ ig. '11 (a) by the solid horizontal arrow, is determ ined by the group velocity and the $m$ om entum relaxation time el ofthe photogenerated \holes" in the subband e1 with $s_{z}=+1=2$. Obviously, the whole picture $m$ irrors and the current direction reverses by sw itching the circular polarization from left-to right-handed. Spectral inversion of the photocurrent at xed helicity also follow from this $m$ odel picture. Indeed, as is shown in Fig. '11' (a), decreasing the photon frequency to $h!_{2}$ shifts the transitions tow ard positive $\mathrm{k}_{\mathrm{x}}$ (dashed vertical arrow), and the direction of the current reverses (dashed horizontal arrow). The inversion of the current direction takes place at the photon energy $h!$ inv corresponding to the opticaltransitions from the spin subband $m$ inim $a$. This $m$ echanism is based on spin splitting due to ${ }_{z} k_{x}$ term $s$ and predicts, in accordance w ith the phenom enologicalequation ( $\mathbf{Z}_{2}$ ), that the current reaches a maxim um at norm al incidence and becom es sm aller under oblique incidence keeping the sam e direction.

In order to cross-check the validity of the phenom enologicalE q. $\overline{-2})$ w ith respect to our m easurem ents, we investigated the current response as a function of the incidence angle 0 . In the whole THz range, where the photocurrent is caused by D rude absonption, we found that the data are well described by this equation. H ow ever, in the infrared range a qualitative discrepancy to Eq. (ֲ)/ is observed. In contrast to the sign conserving behavior of the photocurrent given by $t_{p} t_{s}$ cos, the signal in the sam ple A changes its sign tw ice at $0 \quad 50$, see Fig. ${ }_{1}^{11}(\mathrm{l})$. The experim ent carried out on the sam ple B gave the e ect even $m$ ore pronounced: here the inversion takes place at $0 \quad 30$, see inset of $F$ ig. $\overline{\overline{2}} \mathbf{1}$. W e note that in contrast to norm al incidence of radiation, where only helicity dependent current is observed, at oblique incidence a substantial helicity independent contribution to the total current is found, see $F$ ig. is due to the linear photogalvanic e ect $\left[\begin{array}{lll}1 \\ 1\end{array}, 1\right]$ linear photon drag e ect $\overline{1} \frac{1}{2} \frac{1}{1} \overline{1} \overline{7} 1$, which are out of scope of this letter. N evertheless, the helicity dependent contribution $J_{x}^{\text {circ }}$ is large enough and is easily $m$ easurable. In particular, the twofold sign inversion of the helicity dependent photocurrent $w$ ith incidence angle variation is clearly seen in Fig.ing.
$T$ his angle inversion of the current direction cannot be explained in the fram ew ork of the conventional theory of the CPGE or optically excited SGE which ignores the linear $m$ om entum transfer from photons to free carriers. Taking into account the linearm om entum of the photon,


F IG . 2: D ependencies of the totalphotocurrent $J_{x}$ norm alized to the laser power $P$ on the angle of incidence obtained for sam ple $B$ illum inated $w$ ith right-handed ( + , triangles) and left-handed ( , circles) circularly polarized radiation. Lines are a guide for the eye. The inset shows the angular dependence of the helicity dependent part of the norm alized photocurrent, $J_{x}^{\text {circ }}=P$, for the sam e structure. T he doted, dashed, and solid curves are $t$ after Eq. (4') and represent, correspondingly, the term in square brackets, the last term on the right hand side of Eq. (Mil), and the sum ofboth term s.
neglected in Eq. $\left.\overline{(R)}_{1}^{\prime}\right)$, we obtain an additionalcontribution to the current excited by circularly polarized light. T hen, the totalhelicity dependent photocurrent in structures of $C_{s}$ sym $m$ etry is given by

$$
\begin{equation*}
j_{x}=t_{p} t_{s} \quad\left(x z+q_{z} T_{x z z}\right) \frac{q_{z}}{q}+q_{x} T_{x x x} \frac{q_{x}}{q} \quad E_{0}{ }^{2} P_{c i r c} ; \tag{3}
\end{equation*}
$$

where $T$ is the third rank tensor which describes the circular photon drag e ect. Follow ing Eq. ( $\bar{U}_{1}^{\prime}$ ) one obtains the angular dependence of the photocurrent

$$
\begin{align*}
j_{x}= & t_{p} t_{s} f\left[\left(x z+q T_{x z z} \cos \right) \cos \right] \\
& +\mathrm{qT}_{\mathrm{xxx}} \sin ^{2} \quad \mathrm{E}_{0}^{2} \mathrm{P}_{\mathrm{circ}}: \tag{4}
\end{align*}
$$

Equation (4َי') show s that the circular photon drag e ect given by tem $s$ containing the linear photon $m$ om entum q can be observed, in principle, at both norm al $(=0)$ and oblique incidence. H ow ever, distinction betw een contributions of the CPGE and of the circular photon drag $e$ ect for $=0$ is not an easy task. It $m$ ay be done keeping in $m$ ind that the replacem ent $P_{\text {circ }}$ ! $P_{\text {circ }}$ and $q_{z}!q_{z}$ in Eq. ( $\mathcal{3}_{1}$ ) conserves the rst term in the square brackets on the right hand side of Eq. (\$ַָ') while changes the sign of the second term. Experim entally it can be realized putting a m irror behind the sam ple and com paring the current $m$ agnitudes $w$ ith and $w$ thout $m$ irror. H ow ever, such a m ethod requires very high accuracy of adjustm ent.

M uch $m$ ore reliable access to the circular photon drag $e$ ect is provided by studying the angular dependence
of the photocurrent. Indeed, the term s in square brackets in Eq. ( $(\underline{4})$ ) have a $m$ axim um at norm al incidence and their contribution to the current decreases $w$ ith increasing the angle of incidence. At the sam e tim e the circular photon drag e ect given by the last term in Eq. ( $\left.\overline{4} \mathbf{I}^{\prime}\right)$ vanishes at norm al incidence and increases with $j o j$. This interplay of the current contributions $m$ ay result in the observed tw offld sign inversion of the total current by the variation of 0 from $=2$ to $=2$ if the circular photon drag and the CPGE_photocurrents are oppositely directed. The ts ofE q. ( $\overline{4} 1$, ) to the experim ental data for both QW structures are shown in Fig. ${ }_{1}^{111}(\mathrm{~B})$ and in the inset of F ig. $\overline{2}$. The plotted curves represent the term s in square brackets (doted curves), the last term on the right hand side ofE q. ( $\underline{4}_{1}^{\prime}$ ) (dashed curves), and the sum of both term $s$ (solid curves). To t the data for each sam ple we use an ordinate scaling param eter for the doted curve to obtain agreem ent at norm al incidence, where the last term on the right hand side ofE $q$. ( $\overline{4}$ ) vanishes. Then, the dashed curve is scaled to $t$ the data in the whole range of the incidence angles 0 . It is seen that the phenom enological equation (4i) describes well the experim ental angular dependenc of the photocurrent. T he contribution to the circularphoton drag e ect given by the com ponent $\mathrm{T}_{\mathrm{xxx}}$ reaches its m axim um in $G$ aA s/A IG aA s structures at 050 .

## IV. M ICROSCOPICALMODEL

N ow we discuss them icroscopic picture of the observed circular photon drag e ect given by the last term on the right hand side of F . ( $\underline{(1}_{1}^{1}$ ). The tensor $T$ is not invariant under time inversion. Therefore, dissipative processes should be involved in the $m$ icroscopic $m$ odelof the e ect. $T$ he proposed $m$ odel includes three stages.

The rst stage is a helicity and photon wave vector dependent photoexcitation. The intersubband absorption of circularly polarized radiation is a spin dependent process. W hile at nom al incidence the absonption of circularly polarized light is due to spin-ip processes (see inset in Fig. $\left.\underline{I}_{1}^{1}(a)\right)$, under oblique excitation due to selection rules the absonption is dom inated by spin conserving transitions [1d]. H ow ever, the rates of these spin conserving transitions are di erent for electrons $w$ th the spin oriented parallel and antiparallel to the in-plane di-
 the dom inating opticaltransitions are sketched by an inclined arrow to take into account the linear $m$ om entum of the photon involved. A s a result of the linearm om entum transfer the optical transitions occur at a distinct initial electron wave vector determ ined by energy and m om entum conservation. The angular $m$ om enta of photons yield a spin polarization $S_{x}$ at $k_{x 1}$ and $S_{x}$ at $k_{x 2}$ in the subbands e1 and e2, respectively. These spin polarizations are indicated in $F$ ig. horizontal arrow s. W hile optical excitation results in a spin polarization at well determ ined wave vectors, $\mathrm{k}_{\mathrm{x} 1}$ in


FIG. 3: (a) G eom etry of the experim ent. (b)-(d) Sketch of three sequential stages of the $m$ icroscopical $m$ odel of the circular photon drag e ect: (b) helicity and photon wave vector dependent photoexcitation, (c) spin rotation in an e ective $m$ agnetic eld caused by spin-orbit coupling, and (d) asym $m$ etrical spin relaxation resulting in an electric current ow due to the spin-galvanic e ect.
the subband e1 and $k_{x 2}$ in e2, the electrons in the upper subband have su cient energy to em it optical phonons and rapidly relax due to this process. Thus, the spin polarization $S_{x}$ in the low er subband only is connected w ith electrons w ith the well de ned momentum $k_{x_{1}}$ in Fig.

The second stage is spin precession in an e ective m agnetic eld caused by the $R$ ashba or the $D$ resselhaus spinorbit coupling. The orientation and the strength of this e ectivem agnetic eld is determ ined by the direction and them agnitude of the electron w ave vector. A s our optical excitation results in the spin polarization $S_{x}$ ofelectrons $w$ ith the certain $w$ ave vector $k_{x 1}$, the e ective $m$ agnetic eld linked to this w ave vector acts on the electron spin. Spins of the electrons, directed just after photoexcitation along the $x$ axis, precess in the e ective $m$ agnetic eld which has both $z^{\prime} / k_{x}$ and $y / k_{\mathrm{x}}$ components. As a consequence of the pregession the spin com ponents $S_{y}$ and $S_{z}$ appear, see $F$ ig. 'in (c) for com ponent $S_{z}$. U nder steady-state excitation the generation rates of the spin com ponents $S_{y}$ and $S_{z}$ are determ ined by the average angle of spin rotation in the e ective $m$ agnetic eld.

In the third stage, the nonequilibrium spin polarization $S_{z}$ obtained in the rst tw o stages of the proposed $m$ odel description drives an electric current. This is due to the spin-galvanice ect caused by asym $m$ etric spin relaxation [5్1']. Them echanism is brie y sketched in Fig. $\bar{W}_{1}^{1}(\mathrm{~d})$ where we, like in the inset of Fig. . ${ }_{1}^{1}(\mathrm{a})$, take into account the spin-orbit splitting of the subbands due to ${ }_{z} k_{x}$ term $s$ in the e ective $H$ am iltonian. T he di erence in carrier populations in the spin branches $\mathrm{s}_{\mathrm{z}}=1=2$ of the ground subband ( $n_{"}>n_{\#}$ ) causes spin relaxation. The rate of spin- ip scattering depends on the electron wave vectors
in the initial and nal states that is ilhustrated by bent arrow s of di erent thicknesses. The transitions of di erent rates lead to an asym $m$ etric distribution of electrons within each spin branch. As a result an electric current $j_{x}$ arises. The sym $m$ etry analysis show $s$ that the relaxation of the spin com ponent $S_{y}$ is also accom panied by generation of an electric current along the $x$ direction.
$T$ he process of the third stage, spin-galvanic e ect, w as
 below on the rst two stages and consider them as a speci ckind of optical orientation of electron spins, which is caused by sim ultaneous transfer of photon linear and angularm om enta to the carriers.

The intersubband light absonption in $n$-doped QW structures is a resonant process and possible if the photon energy equals the energy spacing betw een the subbands. In the single-band approxim ation, direct optical transitions from the subband e1 to the subband e2 conserve spin orientation and can be induced only under oblique incidence of the light $w$ ith nonzero $p$ com ponent of polarization. These selection rules are violated if one takes into account k padm ixture of the valence-band states to the conduction-band wave functions. In this $m$ odel the light of both $s$ - and p-polarization can induce intersubband opticaltransitions, and the transitions becom e spin dependent [13,18]. W e assum e that electrons occupy the ground subband el and the size-quantization energy is substantially larger than the $m$ ean kinetic energy in the QW plane. Then, the spin $m$ atrix of electron photogeneration in the subband el has the form

$$
\begin{equation*}
G_{k}=\frac{2}{h} M^{y_{M}} f_{k} \quad\left(h!+"_{1 ; k} \quad "_{2 ; k+q_{k}}\right) ; \tag{5}
\end{equation*}
$$

where $M$ is a $2 \quad 2 \mathrm{~m}$ atrix describing the intersubband optical transitions, M y is the hem itian conjugate m atrix, $f_{k}$ is the function of equilibrium carrier distribution, $"_{1 ; \mathrm{k}}=\mathrm{h}^{2} \mathrm{k}^{2}=2 \mathrm{~m}$ and $"_{2 ; \mathrm{k}}="_{21}+\mathrm{h}^{2} \mathrm{k}^{2}=2 \mathrm{~m}$ are the electron dispersions in the subbands e1 and e2, respectively, $m$ is thee ective electron $m$ ass, " 21 is the energy spacing betw een the subbands, and $q_{k}$ is the in-plane com ponent of the photon w ave vector. T he -function in Eq. $\left.\bar{S}_{\underline{S}}\right)$ reects the resonant behavior of the intersubband optical transitions. In realQ W structures the spectralw idth of the resonance is broadened due to nite scattering time of carriers, uctuations of the QW width , etc. To describe the broadening one can replace the -function by a norm alized function which corresponds to the absorption spectrum in the realstructure. To _ rst order in the $k \quad p$ theory, the $m$ atrix $M$ is given by [18]

$$
\left.M=\frac{e A}{a m} p_{21} \quad \begin{array}{c}
e_{z}  \tag{6}\\
\left(e_{x}+i e_{y}\right)
\end{array} \quad \begin{array}{l}
\left(e_{x}\right. \\
e_{z}
\end{array} i_{\mathrm{y}}\right)
$$

where $A$ is the am plitude of the electro-m agnetic wave related to the light intensity by $I=A^{2}!^{2} n!=(2 c), c$ is the light velocity, and $p_{21}$ is the $m$ om entum $m$ atrix ele$m$ ent betw een the envelope fiunctions of size quantization
$'_{1}(z)$ and ${ }_{2}(z)$ in the subbands e1 and e2,

$$
\begin{equation*}
\mathrm{p}_{21}=\quad \mathrm{ih}^{\mathrm{Z}} \prime_{2}(\mathrm{z}) \frac{@}{@ \mathrm{z}}{ }_{1}(\mathrm{z}) \mathrm{dz}: \tag{7}
\end{equation*}
$$

The param eter originates from $k \quad p$ adm ixture of valence-band states to the electron wave function and is given by

$$
\begin{equation*}
=\frac{"_{21}\left(2 E_{g}+\right)}{2 E_{g}\left(E_{g}+\right)\left(3 E_{g}+2\right)} \tag{8}
\end{equation*}
$$

where $E_{g}$ is the energy of the band gap, and is the energy of spin-orbit splitting of the valence band.

Absonption of circularly polarized light leads to spin orientation of photoexcited carriers. W e assum e that the $m$ om entum relaxation time el is shorter than the precession period in the e ective $m$ agnetic eld, e1 1. $T$ hen, the spin generation rate in the subband el has the form [2d]
where $g_{k}=\operatorname{Tr}\left(G_{k}\right)=2$ is the rate of spin photogeneration into states $w$ ith the wave vectork, is the vector of the $P$ aulim atrices. The rst term in Eq. ( $\underline{9}^{\prime}$ ) describes optical orientation of carriers in the $m$ om ent of photoexcitation, while the second term stands for spin orientation, which is caused by spin dependent asym $m$ etry of excitation in $k$-space follow ed by spin precession in the e ective $m$ agnetic eld. It is the term that describes optical orientation by circularly polarized light, which is related to the transfer of photon linear $m$ om enta to charge carriers and vanishes if $q_{k}=0$.

In asym $m$ etrically (110)-grow $n Q W$ structures the Lar$m$ or frequency corresponding to the e ective $m$ agnetic eld has the form

$$
\begin{equation*}
=\frac{2}{\mathrm{~h}}\left({ }_{\mathrm{xy}} \mathrm{k}_{\mathrm{y}} ; \mathrm{yx} \mathrm{k}_{\mathrm{x}} ; \mathrm{zx}_{\mathrm{x}} \mathrm{k}_{\mathrm{x}}\right) \text {; } \tag{10}
\end{equation*}
$$

where $x y, y x$ and $z x$ are constants of the spin-orbit interaction. As in the experim ent described above, we consider that the light w ave vector $q$ lies in the $x z$ plane. $T$ hen, for the Boltzm ann distribution of carriers, one derives

$$
\begin{equation*}
S_{x}=z(h!) \frac{q_{x}}{2 q} \frac{I P_{\text {circ }}}{h!} ; \tag{11}
\end{equation*}
$$

$$
\begin{equation*}
S_{y}=\mathcal{G}^{\prime \prime} \quad \frac{z x \text { e1 }}{h} \frac{q_{x}}{q} \frac{d_{z}(h!)}{d h!} \frac{I P_{\text {circ }}}{h!} ; \tag{12}
\end{equation*}
$$

$$
\begin{equation*}
S_{z}=z_{z}(h!)^{2} \frac{q_{z}}{2 q}+q_{x} " \frac{y x \text { e1 }}{h} \frac{q_{x}}{q} \frac{d_{z}(h!)}{d h!} \frac{I P_{c i r c}}{h!} ; \tag{13}
\end{equation*}
$$

where " $=k_{B} T$ is the $m$ ean kinetic energy of equilibrium carriers, $T$ is the tem perature, $z(h!)$ is the $Q W$ absorbance for light polarized along the grow th direction,

$$
\begin{equation*}
z(\mathrm{~h}!)=\frac{4^{2}}{\mathrm{n}_{!}} \frac{\mathrm{h} \dot{p}_{21} \tilde{\mathrm{~J}}^{2}}{\mathrm{~m}^{2}!} \mathrm{n}_{\mathrm{s}} \quad\left(\mathrm{~h}!\quad \mathrm{z}_{21}\right) ; \tag{14}
\end{equation*}
$$

and is the ne-structure constant.
A s addressed above, relaxation of spin com ponents $S_{y}$ and $S_{z}$ in (110)-oriented QW structures is accom panied by the generation of an electric current along the x axis due to the spin-galvanic e ect. Equations (12 ${ }^{\prime}$ ) and (13) show that spin com ponents $S_{y}$ and $S_{z}$ contain contributions proportional to the photon wave vector $q$ and the light helicity $\mathrm{P}_{\text {circ }}$. Therefore, the generated photocurrent can be gathered in a class of photon drag e ects denoted as the circular photon drag e ect.

## V. CONCLUSION

W e have studied spin dependent photocurrents in n doped zinc-blende-based (110)-grow $\mathrm{n} Q \mathrm{~W}$ s caused by di-
rect intersubband transitions induced by infrared radiation and the D rude absorption of terahertz radiation. $T$ he helicity dependent photocurrent observed at norm al incidence of the infrared radiation is $m$ ostly due to the circular photogalvanic e ect. U nder oblique incidence, how ever, the helicity dependent photocurrent at large angles of incidence ow s in the direction opposite to that excited at norm al incidence. $W$ e dem onstrated that the inversion of the current sign is a result of the interplay betw een the circular photogalvanic e ect and the circular photon drag e ect. M icroscopic theory of the latter e ect developed in the present work is based on optical spin orientation sensitive to the photon wave vector and subsequent asym $m$ etric spin relaxation.

W e are grateful to E L. Ivchenko, L E. Golub, and V.V. Belkov for helpful discussions and thank I. G ronwald for technical assistance. This w ork w as supported by the Deutsche Forschungsgem einschaft through SFB 689 and GRK 638, the RFBR, program s of the RAS and R ussian M inistry ofeducation and Science, R ussian Science Support Foundation, and Foundation \D ynasty"IC FPM.
[1] Y. O hno, R . Terauchi, T. A dachi, F. M atsukura, and H. O hno, P hys. R ev. Lett. 83, 4196 (1999).
[2] S D. G anichev, E L. Ivchenko, S N . D anilov, J. E rom S, W . W egscheider, D. W eiss, and W . P rettl, P hys. R ev. Lett. 86, 4358 (2001).
[3] M . B ieler, N. Lam an, H M . van D riel, and A L. Sm irl, A ppl. P hys. Lett. 86, 061102 (2005).
[4] C L. Yang, H.T.He, Lu Ding, L J. Cui, Y P. Zeng, J N. W ang, and W K. Ge, Phys. Rev. Lett. 96, 186605 (2006) .
[5] S.D. Ganichev, E.L. Ivchenko, V.V. Belrkov, S A. Tarasenko, M . Sollinger, D .W eiss, W .W egscheider, and W . P rettl, N ature (London) 417, 153 (2002).
[6] S.D. G anichev and W. P rettl, Intense Terahertz Excitation of Sem ioonductors (O xford U niversity P ress, O xford, 2006).
[7] B .I. Sturm an and V M . Fridkin, T he photogalvanic effect and relative phenom ena in non-centrosym $m$ etric $m$ edia (in R ussian) (N auka, M oskva, 1992) English translation: $T$ he $P$ hotovoltaic and $P$ hotorefractive $E$ ects in $N$ on-C entrosym $m$ etric $M$ aterials ( $G$ ordon and B reach Science P ublishers, N ew Y ork, 1992)].
[8] E L. Ivchenko and G E. Pikus, in Problem s of M odem Physics (in Russian), eds. V M. Tuchkevich and V .Ya.Frenkel (Nauka, Leningrad, 1980), p. 275 English translation: Sem ioonductor Physics, eds. V M. Tuchkevich and V .Ya.Frenkel (C ons. B ureau, N ew Y ork, 1986), p. 427].
[9] V .I. Belin icher, Fiz. T verd. Tela 23, 3461 (1981) [Sov. P hys. Solid State 23, 2012 (1981)].
[10] I.D . Y aroshetskii and S M . R yvkin, in P roblem s of M odem Physics (in Russian), eds. V M. Tuchkevich and
V.Ya. Frenkel (N auka, Leningrad, 1980), p. 173 English translation: Sem ioonductor Physics, eds. V M . Tuchkevich and V .Ya.Frenkel (C ons. B ureau, N ew Y ork, 1986), p. 249].
[11] A F.G ibson and M F.K immitt, in Infrared and M illim eter $W$ aves, $V$ ol. 3, $D$ etection of $R$ adiation, eds. K J. Button (A cadem ic P ress, N ew Y ork, 1980), p. 181.
[12] S.D. Ganichev, Petra Schneider, V.V. Belkov, E L. Ivchenko, SA. Tarasenko, W . W egscheider, D . W eiss, D . Schuh, D .G . C larke, M .M errick, B N .M urdin, P.M urzyn, P J. P hillips, C R . P idgeon, E.V.B eregulin, and W . P rettl, Phys. Rev. B . 68, 081302 (2003).
[13] S.D. Ganichev, V.V. Belkov, Petra Schneider, E L. Ivchenko, SA. Tarasenko, W . W egscheider, D. W eiss, D. Schuh, E.V. Beregulin, and W . P rettl, Phys. Rev.B 68, 035319 (2003).
[14] L.I. M agarill and M .V . Entin, P overkhnost' 1, 74 (1982) [in R ussian].
[15] G M . Gusev, Z D. K von, L.I. M agarill, A M . Palkin, V .I. Sozinov, O A. Shegai, and V M . Entin, P ism a Zh. Eksp. Teor. Fiz. 46, 28 (1987) [Sov. JETP Lett. 46, 33 (1987)].
[16] S. Luryi, P hys. Rev. Lett. 58, 2263 (1987).
[17] A D.W ieck, H. Sigg, and K . P loog, P hys. R ev. Lett. 64, 463 (1990).
[18] E L. Ivchenko and S A. Tarasenko, Zh. Eksp. Teor. Fiz. 126, 426 (2004) [JETP 99, 379 (2004)].
[19] E L. Ivchenko, Yu B . Lyanda-G eller, and G E.P ikus, Zh. Eksp.Teor. Fiz. 98, 989 (1990) [Sov.Phys.JETP 71, 550 (1990)].
[20] S A. Tarasenko, Phys. R ev.B 72, 113302 (2005).

